International Journal of Engineering and Technology Innovation

Country: Taiwan - SJR Ranking of Taiwan

Subject Area and Category:
- Engineering
- Civil and Structural Engineering
- Electrical and Electronic Engineering
- Mechanical Engineering
- Mechanics of Materials

Publisher: Taiwan Association of Engineering and Technology Innovation

Publication type: Journals

ISSN: 2226809X, 22235329

Coverage: 2015-ongoing

Scope: The IJETI journal focus on the field of engineering and technology Innovation. And it publishes original papers including but not limited to the following fields: Automation Engineering Civil Engineering Control Engineering Electric Engineering Electronic Engineering Electronic Engineering Mechanical Engineering Information Engineering Mechanical Engineering Material Engineering Mechatronics and Robotics Engineering Nanotechnology Optic Engineering Sport Science and Technology Innovation Management Other Engineering and Technology Related Topics

Homepage
How to publish in this journal
Contact

Join the conversation about this journal
Dear Dr,

I interest the journal and I have a paper to submit in this journals

Best

reply

mohanad hasan ali 4 months ago

please i have a paper to submit in the journal

reply

mohanad hasan ali 4 months ago

I would like publish my paper in journal ,this journal is a good journal and in my filed of my paper.

reply

Asnake Lealem 5 months ago

Greetings of the day
Dear, how can i send the materials for publication and then about the fee.
Thank you.

reply
International Journal of Engineering and Technology Innovation (IJETI), ISSN 2223-5329 (Print), ISSN 2226-809X (Online), is an international, multidiscipline, peer-reviewed scholarly journal, published quarterly for researchers, developers, technical managers, and educators in the field of engineering and technology innovation. Articles of original research, reports, reviews, and commentaries are welcomed by IJETI. The goal of this journal is to provide a platform for scientists and academicians all over the world to promote, share, and discuss various new issues and developments in all areas of engineering and technology innovation.

Currently, there is no any charge for the papers submitted to IJETI. All manuscripts must be prepared in English, and are subject to a rigorous and fair peer-review process. Decisions will be made as rapidly as possible. Since IJETI is an open access journal, all accepted papers will immediately appear online. The journal publishes original papers including but not limited to the following fields:

- Automation Engineering
- Civil Engineering
- Control Engineering
- Electric Engineering
- Electronic Engineering
- Green Technology
- Information Engineering
- Mechanical Engineering
- Material Engineering
- Mechatronics and Robotics Engineering
- Nanotechnology
- Optic Engineering
- Sport Science and Technology
- Innovation Management
- Other Engineering and Technology Related Topics

Starting date: Dec. 21, 2015
Editorial board

Honorary Editor

- J. S. Rao, Kumaraguru College of Technology, India

Editor-in-Chief

- Wen-Hsiang Hsieh, National Formosa University, Taiwan, ROC.

Associate Editor-in-Chief:

- Felipe Lare-Rosano, National University of Mexico, Mexico
- Vagn Steen Grünner Hanson, Danish Technical University, Denmark
- Yunn-Lin Hwang, National Formosa University, Taiwan, ROC
- Zongyu Chang, Ocean University of China, P.R. China

Associate Editors of Topics:

- Chun-Hui Wu, National Formosa University, Taiwan, ROC (Information management and Project management)
- E. Manske, TU Ilmenau, Germany (Precision Measurement)
- Gow-Yi Tzou, Kan Yuan University of Sciences and Technology, Taiwan, ROC (Metal Forming)
- Jin. H. Choi, KyungHee University, Korea (Multidynamics, CAE, mechatronics)
- Kin Huat Low, Nanyang Technological University, Singapore (Bionic robot, UAV)
- Minvydas Ragulskis, Kaunas University of Technology, Lithuania (Nonlinear dynamical systems, chaos, numerical simulation)
- R. S. Beniwal, CSIR- National Institute of Science Communication and Information Resources, India (Material Science and Engineering)
- Uldis Strautins, University of Latvia, Latvia. (Mathematical modeling, scientific computing, applied mathematics)
- Yi-Chang Wu, National Yunlin University of Science & Technology, Taiwan, ROC (Mechanism and Machine Theory)

Editorial Board Member:

- A. Walton, University of Edinburgh, UK
- Aylie Han, University of Diponegoro, Indonesia
- Buntara S. Gan, Nihon University, Japan
- C. Y. Chen, Far East University, Taiwan, ROC
- E. Manske, TU Ilmenau, Germany
- G. Jäger, TU Ilmenau, Germany
- H. M. Jonkers, Delft University of Technology, Netherlands
- Igor Meeglinski, University of Oulu, Finland
- J. S. Dai, Kings of college London, UK
- Kil Hyun Kwon, Korea Advanced Institute of Science and Technology, Korea
- M. Chang, Chung Yuan Christian University, Taiwan, ROC
- R. X. Du, The Chinese University of Hong Kong, HK
- Salah Kamel, South Valley University, Egypt
- S. C. Tseng, Chienkuo Technology University, Taiwan, ROC
- Ahmad Zuhairi Abdullah, University of Sains Malaysia, Malaysia
- Sangkyun Kim, Kangwon National University, Korea
- Basant Lal Maheshwari, University of Western Sydney, Australia
- Alberto A. Boretti, Missouri University of Science and Technology, United States
- Ka-Veng Yuen, University of Macau, Macau
- Tat Leung Chan, Hong Kong Polytechnic University, Hong Kong

Starting date: Dec. 21, 2015
Asit Kumar Khanra, National Institute of Technology, India
Vo Dinh Bay, Ho Chi Minh City University of Technology, Vietnam
Frank Tillenkamp, Zürich University of Applied Sciences, Switzerland
Anissa Eddahak, Arts & Métiers Paris Tech, France
Allan Nana Soriano, Mapúa Institute of Technology, Philippines
Sikula Ondrej, Brno University of Technology, Czech
Costel Emil Cotet, Department of Machines and Manufacturing Systems (MSP), Romania
Reka Barabas, University Babes-Bolyai Cluj-Napoca, Romania
Giuseppe Starace, University of Salento, Italy
Mehdi Roopaei, University of Texas at San Antonio (UTSA), USA
Yangzhi Chen, South China University of Technology, P.R. China
Jose A Garza-Reyes, The University of Derby, UK
Yufeng Yao, University of the West of England, UK

Executive Editors

- H. C. Huang, National Formosa University, Yunlin, Taiwan, ROC
CONTENTS

01-12 Dual Polling Protocol for Improving Performance in Wireless Ad Hoc Networks

Sunmyeng Kim

Abstract and References: PDF, Full Paper: PDF, Download: 1139

13-24 Advanced Waste Heat Recovery Systems within Hybrid Powertrains

Albert Boretti, Sarim AL Zubaidy

Abstract and References: PDF, Full Paper: PDF, Download: 771

25-37 Optimized Feature Extraction for Precise Sign Gesture Recognition Using Self-improved Genetic Algorithm

Rajesh Kaluri, Pradeep Reddy CH

Abstract and References: PDF, Full Paper: PDF, Download: 858

38-48 Axial and Flexural Strength of Square RC Columns with No-rounded Corners Wrapped with CFRP under Eccentric Loading

Ade Lisantono, Purwanelson Saputra Pinang

Abstract and References: PDF, Full Paper: PDF, Download: 731

49-63 Component Energy Efficiencies in a Novel Linear to Rotary Motion Inter-conversion Hydro-mechanism Running a Solar Tracker

Kant E. Kanyarusoke, Jasson Gryzagoridis, Modify Kaunda
Effect on Tool Design and Heat Input of Some Welding Parameters in Friction Stir Welded Interstitial Free Steels

Rajiv Ranjan Kumar, Ashok Kumar, Shalendra Kumar

Abstract and References: PDF, Full Paper: PDF, Download: 817
Axial and Flexural Strength of Square RC Columns with No-rounded Corners Wrapped with CFRP under Eccentric Loading

Ade Lisantono1,2* and Purwanelson Saputra Pinang1

1Department of Civil Engineering, Universitas Atma Jaya Yogyakarta, Yogyakarta, Indonesia.

Received 21 November 2016; received in revised form 15 September 2017; accepted 19 September 2017

Abstract

This paper presents the results of a study on the axial and flexural strength of reinforced concrete (RC) columns with no-rounded corners wrapped with Carbon Fiber Reinforced Polymer (CFRP) under eccentric loading based on an experimental program. The main parameters under investigation are the number of layers of CFRP wrap. Thirty-six concrete cylinders with a standard size of (150×300) mm were cast and tested in this study to get the modulus of elasticity and compressive strength of concrete. Of these 36 concrete cylinders were divided into four groups, unwrapped, wrapped with one layer of CFRP, wrapped with two layers of CFRP, and wrapped with three layers of CFRP. Twelve rectangular reinforced concrete columns were also cast and tested in this study. The column specimens had dimensions (75×75×750) mm with no-rounded corners of the column section. The column specimens were also divided into four groups, unwrapped, wrapped with one layer of CFRP, wrapped with two layers of CFRP, and wrapped with three layers of CFRP. The experiment results showed that the load-carrying capacity of the wrapped column increased with the number of CFRP layers. A comparison between the experimental and theoretical results was also presented.

Keywords: square reinforced concrete column, no-rounded corners, carbon fiber reinforced polymer (CFRP), number of layers, eccentrically load, load-carrying capacity of column.

1. Introduction

Generally, the strength of structural elements in the construction of a building depends on the quality of material and the control of the construction process. During the construction of a building, it can sometimes happen that the compressive strength of concrete beams or columns do not comply with the standard of the design proposed by the structural engineer. There are two choices to solve this problem. First, the beam or column needs to be repaired or strengthened. Second, the dimension of the beam or column needs to be re-designed or re-calculated to meet the standards of design. If the first choice is selected, then the beams or the columns need to be strengthened.

There are several methods to strengthen an existing column. One of the methods is by jacketing or wrapping the column using a material such as Fiber Reinforced Polymer (FRP). In building construction, FRP is preferred to be used for strengthening reinforced concrete element of structures due to the high tensile strength, high corrosion resistance, light, and easy to install. There are several types of FRP generally used in building construction: Glass Fiber Reinforced Polymer (GFRP), Aramid Fiber Reinforced Polymer (AFRP), and Carbon Fiber Reinforced Polymer (CFRP). Particularly the last type (CRFP) is a common material used for shear-strengthening reinforced concrete element of the structures [1].
The use of FRP for strengthening reinforced concrete element of the structures has been investigated by many of the researchers [1-5]. Several investigations were on FRP-strengthening reinforced concrete columns. Some researchers investigated the behavior of FRP-strengthening reinforced concrete columns under concentric loads [6-10]. In practice, a combination between compression axial load and bending moment always exists in the columns. Therefore, some investigations were carried out to examine the behavior of FRP-strengthening reinforced concrete columns under eccentric loading [11-14]. However, these investigations focused on the columns under eccentric loading that had acircular section. In construction sites, a column may have a circular or rectangular section. Therefore, some investigations were also carried out to examine the rectangular columns [15-18].

In practice, the rectangular column or square column usually has no-rounded corners (see Fig. 1(a)), because it is easier to make the rectangular column that has no-rounded corner than the column with rounded corners (see Fig. 1(b)). So that is why the rectangular or square columns with rounded corners in the real building construction are very rare. Hadi and Widiarsa [17] and Santos et al. [18] investigated the square column wrapped with CFRP but had rounded corners. Maaddawy [16] investigated the square column wrapped with CFRP had no-rounded corners using full and partially wrapped, but only one layer wrapping of CFRP. Therefore, a study of the axial and flexural strength of the square reinforced concrete column with no-rounded corners wrapped with several layers of CFRP under eccentric loading need to be carried out to examine the strengths and behaviors.

![Fig. 1. No-rounded corner and rounded corner columns](image)

The objective of this study is to examine the strength and behavior of the square RC column that has no-rounded corners and wrapped with CFRP under eccentric loading. The study is based on the experimental program. The result of the experimental program will be compared to some models which were proposed by some researchers, where one of the models is simply modified using no-rounded corners factor.

2. Experimental Program

2.1. Specimens preparation

The concrete of specimens was made in the Laboratory of Structures and Building Materials, Department of Civil Engineering, Universitas Atma Jaya Yogyakarta. The fine and coarse aggregates were used from local materials. The fine aggregates had the maximum size of 4.75 mm with fines modulus of 2.49, while the coarse aggregates had the maximum size of 20 mm with fines modulus of 7.88. The steel reinforcement bars with a diameter of 10 mm and 8 mm were used for reinforcing the column specimens. For wrapping the cylinder and column specimens, the CFRP was used in the form of rolls, 100 m in length and 500 mm in width. The fiber had a nominal thickness of 0.131 mm.

The parameter considered in this study was the number of CFRP layers. So, thirty-six concrete cylinders with a standard size of (150×300) mm were cast and tested in this study to get the modulus of elasticity and compressive strength of concrete. Of these 36 concrete cylinders were divided into four groups, unwrapped (SF0), wrapped with one layer of CFRP (SF1), wrapped with two layers of CFRP (SF2), and wrapped with three layers of CFRP (SF3) as shown in Table 1. The compressive strength of concrete was tested at 7, 14, and 28 days, while the modulus elasticity of concrete was tested only at 28 days.
Table 1 Cylinder specimen variation in the number of CFRP layer

<table>
<thead>
<tr>
<th>Cylinder designation</th>
<th>Number of CFRP layer</th>
<th>Number of cylinder for compressive testing at 7, 14, and 28 days</th>
<th>Total of cylinders</th>
</tr>
</thead>
<tbody>
<tr>
<td>SF0</td>
<td>-</td>
<td>3 cylinders, 3 cylinders, 3 cylinders</td>
<td>9</td>
</tr>
<tr>
<td>SF1</td>
<td>1</td>
<td>3 cylinders, 3 cylinders, 3 cylinders</td>
<td>9</td>
</tr>
<tr>
<td>SF2</td>
<td>2</td>
<td>3 cylinders, 3 cylinders, 3 cylinders</td>
<td>9</td>
</tr>
<tr>
<td>SF3</td>
<td>3</td>
<td>3 cylinders, 3 cylinders, 3 cylinders</td>
<td>9</td>
</tr>
</tbody>
</table>

Twelve column specimens having the section of (75×75) mm and the length of 750 mm were cast and tested in this study to get the behavior and the strength of the column specimens. Determination of short column classification was obtained using the Indonesian Building Code Requirements for Structural Concrete or SNI 2847-2013 [19]. Taking the effective length factor \( k = 1 \) and assumed for the non-sway frame column, it will give the value of slenderness ratio equal to 33.64. So this column is categorized as a short column. The twelve column specimens were divided into four groups, unwrapped (KF0), wrapped with one layer of CFRP (KF1), wrapped with two layers of CFRP (KF2), and wrapped with three layers of CFRP (KF3) as shown in Table 2.

Table 2 Column specimen variation in the number of CFRP layer

<table>
<thead>
<tr>
<th>Specimen designation</th>
<th>Number of CFRP layer</th>
<th>Number of column specimen</th>
</tr>
</thead>
<tbody>
<tr>
<td>KF0</td>
<td>-</td>
<td>3</td>
</tr>
<tr>
<td>KF1</td>
<td>1</td>
<td>3</td>
</tr>
<tr>
<td>KF2</td>
<td>2</td>
<td>3</td>
</tr>
<tr>
<td>KF3</td>
<td>3</td>
<td>3</td>
</tr>
</tbody>
</table>

The column section was (75×75) mm and had no rounded corner. The dimension of column specimen was designed to adjust along with the capacity of an actuator in the laboratory. The column specimen had four bars with a diameter of 10 mm as longitudinal bars and a diameter of 8 mm as a closed stirrup. The stirrup spacing was kept constant of 50 mm. The concrete cover was 20 mm on each side of column section. The detail reinforcement of a column section can be seen in Fig. 2. At both ends of the column, the specimen had ended corbels with an extra reinforcement to avoid premature failure at both ends and to be a location of the eccentric loading (see Fig. 3).
2.2. Material testing

Materials properties were obtained using the corresponding American Standards for Testing Materials (ASTM)[20]. The yield stress of reinforcement bars was obtained according to the guidelines in ASTM E8/E8M-09, Standard Test Methods for Tension Testing of Metallic Materials. The Universal Testing Machine (UTM) with a capacity of 30,000 kgf was used to conduct the tensile test of reinforcement bars. The average yield stresses of 240 MPa were obtained for both reinforcing bars of 10 mm and 8 mm. The testing of CFRP was not carried out in this study because the properties were already provided by the manufacturer. The properties of a dry CFRP provided by the manufacturer were (values in the longitudinal direction of fiber): tensile modulus of 234,000 MPa; tensile strength of 4,800 MPa; and elongation at break of 1.8%.

2.3. Cylinder and column specimens testing

Thirty-six concrete cylinders were tested to obtain the modulus elasticity and compressive strength of concrete. The modulus of elasticity and compressive strength of concrete was performed according to ASTM C469/C469M-10 and C39/C39M-10, respectively. Universal Testing Machine (UTM) with a capacity of 30,000 kgf was also used to test the modulus of elasticity and compressive strength of concrete as shown in Figs. 4 and 5, respectively.

Twelve column specimens were tested in the loading frame. An actuator with a load capacity of 250 kN was used to test all specimens. The specimen was tested in a horizontal position where the actuator was placed in one end of the specimen (see Fig. 6 and 7). The self-weight of the column in the transverse direction was ignored in the analysis. A loading head was placed in the actuator. The loading head consisted of two parts: a 20 mm thick steel plate and a reinforcement bar with a diameter of 19 mm as a ball joint. A steel corbel was placed at the other end of the specimen as a support to the spot where the same steel plate and ball joint were also placed in the support, so that both column supports can be assumed as pinned end supports. The load had eccentricity 50 mm from the longitudinal axis of the column specimen (see Fig. 8). The specimen was tested under load control. A Linear Variable Differential Transformers (LVDT) was used to measure deflection of the specimen. The LVDT was placed at the middle of the specimen to measure the displacement in the vertical direction. Measured data of the load and deflection were reading through a computer driven data acquisition system using a data logger.
3. Experimental Results and Discussions

3.1. Modulus of elasticity and compressive strength of concrete

The modulus elasticity of concrete tested at 28 days was shown in Table 3. Table 3 showed that compared to the unwrapped specimen, the modulus elasticity of cylinder specimens wrapped with one layer, two, and three layers increased 10.19%, 15.65%, and 37.71%, respectively.

Table 3 Modulus elasticity of concrete at 28 days

<table>
<thead>
<tr>
<th>Cylinder designation</th>
<th>Number of CFRP layer</th>
<th>The averaged modulus elasticity (MPa)</th>
<th>The increment compare to SC0 (%)</th>
</tr>
</thead>
<tbody>
<tr>
<td>SC0</td>
<td>-</td>
<td>21,701.08</td>
<td>-</td>
</tr>
<tr>
<td>SC1</td>
<td>1</td>
<td>23,914.38</td>
<td>10.19</td>
</tr>
<tr>
<td>SC2</td>
<td>2</td>
<td>25,096.70</td>
<td>15.65</td>
</tr>
<tr>
<td>SC3</td>
<td>3</td>
<td>29,885.56</td>
<td>37.71</td>
</tr>
</tbody>
</table>

Table 4 Compressive strength of cylinder concrete and the increment compare to unwrapped cylinder specimen

<table>
<thead>
<tr>
<th>Days</th>
<th>Cylinder designation</th>
<th>Number of CFRP layer</th>
<th>The averaged compressive strength (MPa)</th>
<th>The increment compare to unwrapped cylinder specimen (%)</th>
</tr>
</thead>
<tbody>
<tr>
<td>7 Days</td>
<td>SA0</td>
<td>-</td>
<td>18.98</td>
<td>-</td>
</tr>
<tr>
<td></td>
<td>SA1</td>
<td>1</td>
<td>33.29</td>
<td>75.40</td>
</tr>
<tr>
<td></td>
<td>SA2</td>
<td>2</td>
<td>46.95</td>
<td>147.40</td>
</tr>
<tr>
<td></td>
<td>SA3</td>
<td>3</td>
<td>54.45</td>
<td>186.90</td>
</tr>
<tr>
<td>14 Days</td>
<td>SB0</td>
<td>-</td>
<td>24.97</td>
<td>-</td>
</tr>
<tr>
<td></td>
<td>SB1</td>
<td>1</td>
<td>37.25</td>
<td>49.20</td>
</tr>
<tr>
<td></td>
<td>SB2</td>
<td>2</td>
<td>46.89</td>
<td>87.80</td>
</tr>
<tr>
<td></td>
<td>SB3</td>
<td>3</td>
<td>62.03</td>
<td>148.40</td>
</tr>
<tr>
<td>28 Days</td>
<td>SC0</td>
<td>-</td>
<td>31.92</td>
<td>-</td>
</tr>
<tr>
<td></td>
<td>SC1</td>
<td>1</td>
<td>35.07</td>
<td>9.90</td>
</tr>
<tr>
<td></td>
<td>SC2</td>
<td>2</td>
<td>58.07</td>
<td>81.90</td>
</tr>
<tr>
<td></td>
<td>SC3</td>
<td>3</td>
<td>65.22</td>
<td>104.30</td>
</tr>
</tbody>
</table>
The compressive strength of cylinder concrete tested at 28 days was summarized in Table 4. Compared to the unwrapped specimen, the cylinder specimens wrapped with one, two, and three layers tested at 7, 14, and 28 days showed the increase of compressive strength. At 28 days, the increment of compressive strength of the specimens wrapped with one layer, two layers, and three layers was compared to the unwrapped specimen at 9.9 %, 81.9 %, and 104.3 %, respectively.

3.2. Behavior of column

The load and the middle lateral displacement of column specimens were recorded during the testing. The load-lateral displacement relationship curve of one specimen representative of each group (unwrapped, wrapped with one layer, wrapped with two layers, and wrapped with three layers) can be seen in Fig. 9. Fig. 9 showed that the unwrapped column (KF0) was having the lowest strength compare to the wrapped columns (KF1, KF2, and KF3). Among the wrapped columns, the column wrapped with three layers had the highest strength. It was also observed that generally, the wrapped columns were more ductile than the unwrapped column. It can be seen from Fig. 9 that the curve strength of the unwrapped column after reaching the maximum load, will decrease rapidly. While the wrapped column, after reaching the maximum load the curve strength did not decrease rapidly and concluded by the long deformation before the collapse. It can be said that the CFRP wrapping increased the performance of the wrapped column. The CFRP wrapping compressed the concrete, so it would postpone the failure of the concrete as well as the failure of reinforcements.

![Load-lateral displacement relationship of the specimens](attachment:image)

3.3. Column strength

The maximum load-carrying capacity of the column specimens was recorded during the testing. The average maximum load-carrying capacity of the column was shown in Table 5. It can be seen from Table 5 that compared to the unwrapped column the differences averaged maximum load-carrying capacity of column wrapped with one layer, wrapped with two layers, and wrapped with three layers were 5.40 %, 10.71 %, and 16.30 %, respectively. These increments of the load-carrying capacity of the wrapped columns were due to the confinement of CFRP into the compressed concrete column. So, if the compressive strength of concrete increased due to the confinement of CFRP, the load-carrying capacity of the wrapped column also increased. Therefore, it can be said that the number of CFRP wrapping had a significant effect on the load-carrying capacity of the eccentrically loaded wrapped column.

<table>
<thead>
<tr>
<th>Specimen designation</th>
<th>Number of CFRP layer</th>
<th>Averaged maximum load (Kgf)</th>
<th>The increment compare to KF0 (%)</th>
</tr>
</thead>
<tbody>
<tr>
<td>KF0</td>
<td>-</td>
<td>4,932.98</td>
<td>-</td>
</tr>
<tr>
<td>KF1</td>
<td>1</td>
<td>5,199.50</td>
<td>5.40</td>
</tr>
<tr>
<td>KF2</td>
<td>2</td>
<td>5,461.29</td>
<td>10.71</td>
</tr>
<tr>
<td>KF3</td>
<td>3</td>
<td>5,737.25</td>
<td>16.30</td>
</tr>
</tbody>
</table>
3.4. Crack pattern

The first crack of the unwrapped column occurred in the tension fiber in the middle of the column (see Fig. 10). The first crack occurred when the tensile stress on the tension fiber is larger than the tensile strength of concrete. After the first crack, the crack, then propagated in the transverse direction of the column together with increasing the load. After reaching the maximum load, the compression fiber of concrete was crushing. It means that the strain of compression concrete increased and reached the maximum strain. After crushing of the compression concrete, the load decreased rapidly and the specimen was collapse.

Fig. 10 The crack pattern of the unwrapped column

The crack pattern of the columns wrapped with one layer was the same as the column wrapped with two and three layers. The crack of the wrapped column occurred in the tension fiber at the end corbels where the location crack was in the zone out of the CFRP layers (see Fig. 11). This phenomenon crack that occurred in the zone out of the CFRP layers indicated that the concrete in the zone of CFRP layers was confined very well. The crack at the end corbels occurred after the specimen reaching the maximum load-carrying capacity. The crack then propagated in the transverse direction of the column until the specimen collapsed. Before the specimen was collapse, the load decreasing slowly with long deformation. It indicated that the wrapped column was ductile specimen.

4. Comparison Model with the Experimental Results

4.1. Compressive strength

Richart, Brandtzaeg, and Brown [21] proposed a formula for predicting the compressive strength of FRP-confined circular concrete column:

\[ \frac{f'_{cc}}{f_c} = 1 + k_1 \frac{f_l}{f'_c} \]  

(1)

where \( f'_{cc} \) = the compressive strength of the confined concrete; \( f'_c \) = the compressive strength of unconfined concrete; \( f_l \) = lateral confining pressure; and \( k_1 \) = the confinement effectiveness coefficient.

Teng, Chen, Smith, and Lam [22] modified Eq. (1) to predict the confined concrete strength of a rectangular column with inserting the shape factor \( (k_s) \) to consider the effect of no uniformity of confinement as follows:

\[ \frac{f'_{cc}}{f_c} = 1 + k_s \frac{f_l}{f'_c} \]  

(2)

\[ k_s = \left( \frac{b}{h} \right) \frac{A}{A_s} \]  

(3)

\[ A_s = \frac{1 - \left( \frac{b}{h} (h - 2R) + \frac{h}{b} (b - 2R)^2 \right) / (3A_s - \rho_{sc})}{(1 - \rho_{sc})} \]  

(4)
\[ A_y = bh - (4 - \pi)R_c^2 \]  
(5)

\[ f_i = \frac{2f_{yp}f_{pp}}{\sqrt{h^2 + b^2}} \]  
(6)

\[ f_{pp} = E_{pp}E_{yp} \]  
(7)

where \( b \) and \( h \) = width and height of column section, respectively; \( A_c \) = effective confinement area; \( A_e \) = total area of concrete; \( R_c \) = corner radius; and \( \rho_{sc} \) = cross-sectional area ratio of longitudinal steel.

In the column section with non-rounded corners, it was simply to substitute \( R_c = 0 \) into Eqs. (4) and (5). Hence, Eqs. (4) and (5) can be rewritten to become Eqs. (8) and (9), respectively:

\[ \frac{A_c}{A_e} = \frac{1 - [2bh]/(3A_e) - \rho_c}{1 - \rho_c} \]  
(8)

\[ A_y = bh \]  
(9)

While Lam and Teng [23] also proposed a formula to predict the confined concrete strength as follows:

\[ \frac{f_{cc}'}{f_c} = 1 + 3.3 \left( \frac{A_e}{A_c} \right) \left( \frac{f_i}{f_c} \right) \]  
(10)

The compressive strength of the CFRP-wrapped concrete predicted by those models [21-23], where the model proposed by [22-23] was already modified by considering \( R_c = 0 \) (no-rounded corners) and the comparison to the experimental results were presented in Table 6. It can be seen from Table 6 that the differences of the compressive strength predicted by the model proposed by [21] with the experimental results for the specimens with one, two, and three CFRP layers were 16.7 %, -13.9 %, and -9.5 %, respectively. The differences in the model proposed by [22] with the experimental results for the specimens with one, two, and three CFRP layers were 8.2 %, -24.3 %, and -23.3 %. While the differences in the model proposed by [23] with the experimental results for the specimens with one, two, and three CFRP layers were 10 %, -22.1 %, and -20.4 %, respectively. Table 6 shows that the compressive strength of concrete wrapped with one CFRP layer predicted by the theories proposed by [21-23] were higher than the experimental results. However, predicting the compressive strength of wrapped concrete with two and three CFRP layers proposed by the same theories were lower than experimental results (in explanation of comparison was indicated by minus).

<table>
<thead>
<tr>
<th>Number of CFRP layer</th>
<th>Compressive Strength, ( f_{cc}' ) (MPa)</th>
<th>Comparison</th>
</tr>
</thead>
<tbody>
<tr>
<td>Model of Richart, Brandtzæg, and Brown [21]</td>
<td>49.99</td>
<td>43.98</td>
</tr>
<tr>
<td>Model of Teng, Chen, Smith, and Lam [22]</td>
<td>37.95</td>
<td>45.27</td>
</tr>
<tr>
<td>Model of Lam and Teng [23] to the Experimental</td>
<td>38.59</td>
<td>58.07</td>
</tr>
<tr>
<td></td>
<td>35.07</td>
<td>0.860</td>
</tr>
<tr>
<td></td>
<td>1.167</td>
<td>0.757</td>
</tr>
<tr>
<td></td>
<td>1.082</td>
<td>0.779</td>
</tr>
</tbody>
</table>

4.2. Load-carrying capacity

The maximum load-carrying capacity and bending moment capacity of the eccentrically loaded column can be determined by using the following equations:

\[ N_{\text{max}} = 0.85f_cab + A_yf_c - A_yf_i \]  
(11)

\[ M_{\text{max}} = N_{\text{max}}(e + \delta) \]  
(12)
where $N_{\text{max}}$ and $M_{\text{max}}$ are the maximum load-carrying capacity and bending moment of columns, respectively; $b$ = width of a column section; $\alpha$ = the depth of the equivalent rectangular concrete block; $f'_c, f'_s$ = the compressive strength of unconfined concrete; $f'_{c\text{e}}, f'_{s\text{e}}$ = the stress of tension and compression steel, respectively; $\epsilon$ and $\delta$ = the eccentricity of the load and the lateral deflection of the column, respectively.

The maximum load-carrying capacity of the wrapped column was calculated using Eq. (11) by replacing $f'_c$ with $f'_{c\text{e}}$ as formulated in Eqs. (1), (2), and (10) as proposed by [21-23], respectively. The maximum load-carrying capacity of the wrapped column predicted by the equation proposed by [21-23], where the model proposed by [22-23] were already modified by considering $R_e = 0$ (no-rounded corners) and the comparison to the experimental results were presented in Table 7.

<table>
<thead>
<tr>
<th>Number of CFRP layer</th>
<th>The maximum load-carrying capacity, $N_{\text{max}}$ (kgf)</th>
<th>Comparison</th>
</tr>
</thead>
<tbody>
<tr>
<td>1</td>
<td>5356.15</td>
<td>5192.63</td>
</tr>
<tr>
<td>2</td>
<td>5788.85</td>
<td>5499.93</td>
</tr>
<tr>
<td>3</td>
<td>6188.98</td>
<td>5777.57</td>
</tr>
</tbody>
</table>

It can be seen from Table 7 that the differences the maximum load-carrying capacity predicted by the model proposed by [21] with the experimental results for the specimens with one, two, and three CFRP layers were 3 %, 5.9 %, and 7.8 %, respectively. The differences in the model proposed by [22] with the experimental results for the specimens with one, two, and three CFRP layers were -0.1 %, 0.7 %, and 0.7 %. While the differences in the model proposed by [23] with the experimental results for the specimens with one, two, and three CFRP layers were 0.5 %, 1.7 %, and 2.3 %, respectively. It can be said that the load-carrying capacity of the wrapped column proposed by [22] which was already modified by considering $R_e = 0$ (no-rounded corners) was close to the experimental results.

The maximum bending moment of the wrapped column calculated using Eqs. (11) and (12) replacing $f'_c$ with $f'_{c\text{e}}$ as formulated in Eqs. (1), (2), and (10) as proposed by [21-23], respectively. The maximum bending moment of the wrapped column proposed by [21-23] and compared with experimental results were presented in Table 8.

<table>
<thead>
<tr>
<th>Number of CFRP layer</th>
<th>The maximum bending moment, $M_{\text{max}}$ (kgf-mm)</th>
<th>Comparison</th>
</tr>
</thead>
<tbody>
<tr>
<td>1</td>
<td>324,957.62</td>
<td>315,036.86</td>
</tr>
<tr>
<td>2</td>
<td>356,419.50</td>
<td>338,630.69</td>
</tr>
<tr>
<td>3</td>
<td>384,335.66</td>
<td>358,787.10</td>
</tr>
</tbody>
</table>

It can be seen from Table 8, that the differences in the maximum bending moment predicted by the model proposed by [21] with the experimental results for the specimens with one, two, and three CFRP layers were 3 %, 5.9 %, and 7.8 %, respectively. The differences in the model proposed by [22] with the experimental results for the specimens with one, two, and three CFRP layers were -0.1 %, 0.7 %, and 0.7 %. While the differences in the model proposed by [23] with the experimental results for the specimens with one, two, and three CFRP layers were 0.5 %, 1.7 %, and 2.3 %, respectively. From this comparison of the
maximum bending moment, it can be said that the load-carrying capacity of the wrapped column proposed by [22] which was already modified by considering $R_c = 0$ (no-rounded corners) was close to the experimental results.

The predicting of load-carrying capacity and maximum bending moment by the models gives slightly different compare to experiment result. The differential value of load-carrying capacity and maximum bending moment between the models and experiment program is probably due to the boundary condition of the models and experimental program. As mentioned above that in this experimental program, the both column supports were using steel plate and ball joint. These supports were assumed as pinned supports. This boundary condition might be as idealistic as the model. However, it can be seen from the comparison above that the prediction of load-carrying capacity and maximum bending moment using an equation that was proposed by [22] and which was already modified by considering $R_c = 0$ (no-rounded corners) was close to the experimental results.

5. Conclusions

Based on the experimental program and comparison with several models proposed by several researchers, the following conclusions can be drawn:

(1) The number of CFRP wrapping significantly increased the load-carrying capacity of the eccentrically loaded column that has no-rounded corners. The confining of CFRP made the failure of concrete and reinforcement was postponed. Therefore, the ductility of wrapped column was also increased.

(2) Predicting the compressive strength for one CFRP layer using the model proposed by [21-23] gave higher strength compared to the experimental result. However, predicting the compressive strengths for two and three CFRP layers using the model proposed by [21-23] were lower than experimental results.

(3) The maximum load-carrying capacity and bending moment predicted using the model proposed by [21-23], and compared to the experimental results gave that model proposed by [22] which was already modified by considering $R_c = 0$ (no-rounded corners) was close to the experimental result.

Acknowledgements

The research work reported herein was made possible due to the fund of an internal research grant of Civil Engineering Graduate Program, Universitas Atma Jaya Yogyakarta. The authors gratefully acknowledge of this internal research grant support. The authors would also like to thank the head and staff of the Laboratory of Structures and Building Materials, Department of Civil Engineering, Faculty of Engineering, Universitas Atma Jaya Yogyakarta for the use of the research facilities.

References


